Investigation of thin films for fabrication of Nb/AlN/NbN tunnel junctions and microstrip lines of NbTiN-SiO$_2$-Al

Artem M. Chekushkin, Lyudmila V. Filippenko, Vadim V. Kashin, Mikhail Yu. Fominskiy, Valery P. Koshelets

Kotelnikov Institute of Radioengineering and Electronics of RAS, http://www.cplire.ru/
Moscow 125009, Russian Federation
E-mail: chekushkin@hitech.cplire.ru, lyudmila@hitech.cplire.ru, vvkashin@hitech.cplire.ru, demiurge@hitech.cplire.ru, valery@hitech.cplire.ru

Received November 03, 2021, peer-reviewed November 10, 2021, accepted November 17, 2021

Abstract: The surface of thin films of Nb, Al, NbTiN, SiO$_2$, Al$_2$O$_3$ is investigated in this work. These films are necessary for the fabrication of high-sensitive devices of THz range. The fabrication processes of such devices are described briefly. All films were fabricated using a Kurt J. Lesker magnetron sputtering system. The study of the film surface roughness was carried out using a Bruker Ikon atomic force microscope. The surface quality of films is determined not only deposition mode, but plasma etching process also. The best values of the root-mean-square deviation of the surface profile $R_q = 2$ nm were obtained for the used NbTiN film with a thickness of 325 nm. Thin Al-layers that is used for tunnel barrier formation is studied. It is shown than Al films with a thickness of more than 6 nm are already continuous. The surface roughness of the single-layer and multilayer films has been studied

Keywords: superconductivity, tunnel junctions, magnetron sputtering, thin films, surface roughness

UDC 539.231

Acknowledgements: The study is supported by the Russian Science Foundation (project No. 19–19–00618). The equipment of USU "Cryointegral" was used to carry out the research; USU is supported by a grant from the Ministry of Science and Higher Education of the Russian Federation, agreement No. 075-15-2021-667. We thank S. Kraevsky (Carl Zeiss, Moscow, Russia) for performing AFM imaging.

For citation: Artem M. Chekushkin, Lyudmila V. Filippenko, Vadim V. Kashin, Mikhail Yu. Fominskiy, Valery P. Koshelets. Investigation of thin films for fabrication of Nb/AlN/NbN tunnel junctions and microstrip lines of NbTiN-SiO$_2$-Al. RENSIT: Radioelectronics. Nanosystems. Information technologies, 2021, 13(4):419-426. DOI: 10.17725/rensit.2021.13.419.

1. INTRODUCTION

It is important to know and control the parameters of the thin films used for fabrication of receiving structures for the terahertz (THz) range. Thin films of the needed parameters (surface roughness, resistivity, critical temperature) are required for the microstrip lines and for the superconductor-insulator-
superconductor (SIS) Josephson junction. Nb and NbN are used as superconductors for SIS-junctions: Nb-AlO$_3$-Nb with a limiting frequency of 700 GHz and Nb-AlN-NbN with a limiting frequency of 1.4 THz [1,2]. NbTiN and Al are used as electrodes for the microstrip line and SiO$_2$ as dielectric.

Niobium-based tunnel SIS-junctions are the main elements for fabrication of high-sensitive detectors for radio astronomy tasks [3,4]. The surface quality of the films used to make devices directly affects their properties. For example, in [5], it was demonstrated that an NbTiN film with a more developed crystal structure (the film roughness is determined by larger crystallites) also has a lower Tc and a higher resistivity, which negatively affects on the operation of the device at high frequencies (more than 1 THz). This article is a continuing work on optimisation of fabrication of thin films for superconducting devices [5] and is aimed to determining the quality of their surface.

2. FABRICATION TECHNOLOGY OF SIS JUNCTIONS

All structures are formed on two types of substrates: high-ohmic polished silicon or quartz. The latter is necessary to achieve the best parameters for waveguide SIS-structures since it’s dielectric constant is significantly less than that of silicon. Quartz with a thickness of 200 μm after sample preparation is polished to a thickness of about 40 μm for receiving structures with an operating frequency of 1 THz. A 100 nm thick Al$_2$O$_3$ layer is deposited onto the selected substrate over the entire surface. This buffer layer acts as a stop-layer in the subsequent etching of NbTiN in fluorinated gases and avoids etching of the substrate. All films were deposited by magnetron sputtering.

The first layer of the working structure is a bottom electrode from NbTiN 325 nm thick. This thickness is due to the London penetration depth in this material [6]. The NbTiN layer is sputtered over the entire area of the substrate, and then etched over a resistive mask using plasma-chemical etching in tetrafluoromethane (CF$_4$). The same etching process is used for the Nb and NbN etching. The etching process provides a flat electrode edge, in contrast to the «lift-off» lithography technology, which, under conditions of magnetron sputtering and at similar thicknesses, can leave “walls” of metal along the edges. In addition, this layer is the lower layer of the NbTiN-SiO$_2$-Al microstrip line, in which high-frequency currents flow. Since the penetration depth of the field is large, inhomogeneities of the order of 10 nm are not very important. For aluminum, which is the upper electrode of the microstrip line, currents flow along the lower surface; therefore, the upper film roughness is also not important.

The next step in fabrication is deposition of three-layer Nb-AlN-NbN (80 nm-7 nm-80 nm) structure over the entire area of the substrate and etching over a resistive mask right through to the NbTiN layer. As a result, “columns” of a three-layer structure are formed on the surface of the lower electrode, which are SIS junctions. The area of the tunnel junction can be from 0.5 to 40 μm$^2$, which is determined by the tasks. At this step, it is important to stop the etching of the bottom layer in the three-layer structure.
(Nb) in time to avoid etching of the NbTiN layer. After that the process of anodisation in a solution of ammonium tetraborate with glycol is happens. It’s necessary to protect the sides of the SIS-junctions and surface of NbTiN from the short connection with upper electrode. The same resistive mask is used to deposit an insulator layer 250 nm thick, which is necessary both as a dielectric layer in a microstrip line and as an insulating layer from the shorts between the SIS junction and the upper electrode. The upper electrode is formed from a 450 nm thick aluminum layer.

3. INVESTIGATION OF FILMS SURFACE

The morphological analysis has been carried out through a Bruker Dimension Icon AFM, equipped with a Nanoscope V controller operated in PeakForce Tapping® mode. The measurements have been performed using N-doped Si probes (Bruker Scanasyst-air).

The main parameters in determining the film roughness are the arithmetic mean deviation of the surface profile $R_a$ and standard deviation of the surface profile $R_q$.

The surface roughness of a thin film depends significantly on the quality of the surface and the material on which it is deposited. We investigated the surface of Al$_2$O$_3$ 100 nm thick, deposited with an RF magnetron on a silicon substrate. For this film $R_q = 1.02$ nm, $R_a = 0.8$ nm were obtained. The AFM image is shown in Fig. 1. For comparison, for the surface of optical quartz polished by the mechanical-chemical method $R_a = 0.2$ nm [7].

A 325 nm thick NbTiN layer was deposited on a silicon substrate. For the scan area 90×90 μm$^2$ $R_q = 2$ nm, $R_a = 1.3$ nm were obtained. For the same sample $R_q = 2.24$ nm, $R_a = 1.81$ nm were obtained for the scan area 4 μm$^2$. The scan profile is shown in Fig. 2.

The NbTiN surface was also monitored after plasma chemical etching procedures. A sample was prepared, on which an 80 nm thick Nb layer was deposited, and

![AFM images of a 100 nm Al$_2$O$_3$ film. Scanning area 1×1 μm$^2$. At the top left is a 2D scan view, at the top right it is in 3D, at the bottom is a cross-section in the center of the scan.](image1)

![AFM images of NbTiN with a thickness of 325 nm. Scanning area 1×1 μm$^2$. At the top left is a 2D scan view, at the top right it is in 3D, at the bottom is a cross-section in the center of the scan.](image2)
then etched into CF\textsubscript{4}. Fig. 3 shows the NbTiN surface after etching the Nb layer. We note that the film roughness became significantly higher: \( R_q = 5.2 \text{ nm}, R_a = 4.14 \text{ nm}. 

The NbTiN surface was also studied after etching the Nb/AlN/NbN structure. For the scan area 10×10 \( \mu \text{m}^2 \), \( R_q = 11.6 \text{ nm}, R_a = 8.2 \text{ nm} \) were obtained (see Fig. 4). We conclude that the NbTiN surface is significantly damaged by etching through the overlying layers, which may be associated with anisotropic etching of the material. We are planning to use a thin Al layer (up to 5 nm) as a stop layer to prevent etching of NbTiN in fluorine-containing gases in further studies. In addition, there is information in the literature that the Al layer can wet the NbTiN or Nb layer, which will reduce the surface roughness [8].

According to the technological map, the Nb layer is deposited on top of the NbTiN layer. The fabrication of this layer on a magnetron sputtering system is possible using both a DC magnetron and an RF magnetron. It was shown in [9,10] that in the case of using a DC magnetron, the surface of the films is smoother, which is better suited for fabrication of high quality Josephson junctions. In this work, the roughness of an Nb film with a thickness of 200 nm deposited on a silicon substrate was investigated, as well as the roughness of an Nb film with a thickness of 80 nm deposited over the NbTiN layer. For the first case, the values \( R_q = 0.78 \text{ nm} \) and \( R_a = 0.62 \text{ nm} \) were obtained. The AFM images (2D and 3D) are shown in Fig. 5. In the second case, \( R_q \) and \( R_a \) were 1.86 nm and 1.48 nm on a scan area of 1 \( \mu \text{m}^2 \) (see Fig. 6). The surface roughness of Nb film deposited on top of the NbTiN layer has better \( R_q \) and \( R_a \) values in comparison with the roughness of the NbTiN film.

**Fig. 3.** Surface of NbTiN after Nb etching. Scanning area is 0.5×0.5 \( \mu \text{m}^2 \).

**Fig. 4.** NbTiN surface after Nb/AlN/NbN etching. Scanning window area 10×10 \( \mu \text{m}^2 \).

**Fig. 5.** Nb 200 nm thick, scan area is 1×1 \( \mu \text{m}^2 \) and its 3D image.
We studied thin Al films with a thickness of 3 nm, 6 nm, 20 nm, 124 nm, deposited on a silicon substrate with a buffer layer of 100 nm Al₂O₃. Thin films with thicknesses of 3, 6 and 20 nm is sputtered with a low deposition rate (0.2 nm/s) and with a reduced power supplied to the magnetron (300 W), thicker Al films sputter at a magnetron power of 500 W, the deposition rate is 1 nm/s.

Typical thickness of the barrier layer in the SIS junction is 1-1.5 nm, and its formation occurs in the vacuum chamber without breaking the vacuum between the superconducting layers. In these conditions we can't studied surface of AlOₓ or AlN directly because additional oxidation occurs at the atmospheric pressure. First, a thin layer of Al 5-7 nm is deposited [8,11], then either oxidation in an oxygen atmosphere at a characteristic pressure of 10⁻¹ mbar, or nitridisation in a high-frequency nitrogen plasma (pressure 6·10⁻³ mbar, power 75 W). Fig. 7 shows a AFM image of 1×1 μm² of an Al film with a thickness of 3 nm. For this film vertical peak-to-peak distance is 3 nm. It means that this film has island structure. In this case R₉ = 0.9 nm, Rₐ = 0.75 nm, but we should keep in mind that due to island structure this film repeats the relief of the lower layer-Al₂O₃.

The AFM image of a 6 nm Al film is shown in Fig. 8. Here, as in the 3 nm Al
film, it can be seen that the distance between the peaks reaches 6 nm, but the film grains are already much larger. For this film the values $R_q = 2.3$ nm and $R_a = 1.7$ nm were obtained.

The AFM image of a 20 nm thick Al film is shown in Fig. 9. The maximum peak-to-peak vertical distance for this film is 4 nm, $R_q = 1.5$ nm and $R_a = 1.1$ nm, that is less than for 6 nm films. It means that this film has already continuous.

Aluminum films deposited at higher speeds and thicknesses have significantly greater roughness. For Al with a thickness of 124 nm on a silicon substrate covered by a 100 nm Al$_2$O$_3$ film $R_q = 2.57$ nm, $R_a = 2$ nm (Fig. 10, top), but if we take into account a strong feature that can manifest itself at large thicknesses, then $R_q = 4.5$ nm, $R_a = 3$ nm (Fig. 10 bottom).

We studied the SiO$_2$ surface, deposited after etching a three-layer structure, on top of the NbTiN layer: $R_q = 4.0$ nm, $R_a = 3.0$ nm, which is better than the NbTiN surface after etching. The scan result is shown in Fig. 11.
We also studied the SiO$_2$ surface directly near the formed SIS junctions: the diameter of junction is 1.8 μm, the characteristic size of the SiO$_2$ granules is 250 nm (Fig. 12).

4. CONCLUSION
Atomic force microscopy was used to study surface roughness of films: Al, Nb, NbTiN, SiO$_2$, Al$_2$O$_3$, which are necessary to fabricate devices that is operates in the terahertz range. The measured values of $R_q$ and $R_a$ show that the surfaces of these films are suitable for further work on the fabrication of SIS junctions. It is noticed that the NbTiN surface strongly depends on the subsequent technological operations, namely, on the plasma-chemical etching. It is proposed for further work to use a thin aluminum layer, which should prevent the etching of NbTiN after etching of Nb. It is demonstrated that the required thickness for the formation of a continuous Al film is more than 6 nm.

REFERENCES
1. Jackson BD, de Lange G, Zijlstra T, Kroug M, Klopwijk TM, Stern JA. Niobium titanium nitride-based superconductor-insulator-superconductor mixers for low-noise terahertz receivers. Journal of Applied Physics, 2005, 97(11):113904.
2. Jackson BD, de Lange G, Zijlstra T, Kroug M, Kooi JW, Stern JA, Klapwijk TM. Low-noise 0.8-0.96- and 0.96-1.12-THz superconductor-insulator-superconductor mixers for the Herschel Space Observatory. IEEE transactions on microwave theory and techniques, 2006, 54(2):547-558.
3. Kerr AR, Pan SK, Claude SM, Dindo P, Lichtenberger AW, Effland JE, Lauria EF. Development of the ALMA band-3 and band-6 sideband-separating SIS mixers. IEEE Transactions on Terahertz Science and Technology, 2014, 4(2):201-212.
4. Baryshev AM, Hesper R, Mena FP, Klapwijk TM, Van Kempen TA, Hogerheijde MR, Jackson BD, Adema J, Gerlofsma GJ, Bekema ME, Barkhof J, de Haan-Stijkel LHR, van dem Bemt M, Koops A, Keizer K, Pieters C, van het Jagt JK, Schaeffer HHA, Zijlstra T, Kroug M, Lodewijk CFJ, Wielinga K, Boland W, de Graauw MWM, van Dishoeck EF, Jager H, Wild W. The ALMA Band 9 receiver-Design, construction, characterization, and first light. Astronomy & Astrophysics, 2015, 577:A129.
5. Chekushkin AM, Filippenko LV, Lomov AA, Liu Dong, Sheng-Cai Shi, Koshelets VP. Optimizatsiya protsessov izgotovleniya plenok Nb, NbN, NbTiN i vysokokachestvennykh tunnel'nynkh perekhodov dlya priemnykh struktur teragertsovogo diapazona [Optimization
of fabrication processes for Nb, NbN, NbTiN films and high-quality tunnel junctions for terahertz receiving circuits]. ZhTF, 2021, 91(10):1577-1582 (in Russ).

6. Lap BNR, Khudchenko A, Hesper R, Rudakov KI, Dmitriev PN, Khan F, Koshelets VP, Baryshev AM. Characterization of superconducting NbTiN films using a dispersive Fourier transform spectrometer. *Applied Physics Letters*, 2021, 119(15):152601.

7. Bo D, Jianwei Z, Yuling L, Mingbin S, Yufeng Z. Surface roughness of optical quartz substrate by chemical mechanical polishing. *Journal of Semiconductors*, 2014, 35(11):116001.

8. Imamura T, Hasuo S. Fabrication of high quality Nb/AlO/sub x/-Al/Nb Josephson junctions. II. Deposition of thin Al layers on Nb films. *IEEE Transactions on applied superconductivity*, 1992, 2(2):84-94.

9. Imamura T, Shiota T, Hasuo S. Fabrication of high quality Nb/AlO/sub x/-Al/ Nb Josephson junctions. I. Sputtered Nb films for junction electrodes. *IEEE Transactions on applied superconductivity*, 1992, 2(1):1-14.

10. Gurvitch M, Washington MA, Huggins HA. High quality refractory Josephson tunnel junctions utilizing thin aluminum layers. *Applied Physics Letters*, 1983, 42(5):472-474.

11. Rowell JM, Gurvitch M, Geerk J. Modification of tunneling barriers on Nb by a few monolayers of Al. *Physical Review B*, 1981, 24(4):2278.